کارگاه‌های آموزشی مرکز اطلاعات علمی

مقاله نویسی علوم انسانی

اصول تنظیم قراردادها

آموزش مهارت های کاربردی در تدوین و چاپ مقاله
The Effect of Acidic pH on Microleakage of Mineral Trioxide Aggregate and Calcium-Enriched Mixture Apical Plugs

Hossein Mirhadi, Fariborz Moazzami, Sareh Safarzade

*Corresponding author: Sareh Safarzade, Dental School, Shiraz University of Medical Sciences, Ghasrodasht Ave, Shiraz, Iran. Postal Code: 7186893685. Tel: +98-917 1046359 Fax: +98-71 24226711 E-mail: saragoli2020@yahoo.com

Article Type: Original Article

Received: 27 Feb 2014
Revised: 11 Jun 2014
Accepted: 29 Jun 2014

Introduction: The purpose of this laboratory study was to evaluate the effect of acidic pH on the sealing ability of calcium-enriched mixture (CEM) cement and mineral trioxide aggregate (MTA) apical plugs. Methods and Materials: Seventy single-rooted human maxillary anterior teeth were recruited. The teeth were randomly divided into 4 experimental groups (n=15), and 1 negative and 1 positive control groups of 5. The root canals were cleaned and shaped and the terminal 3 mm of the roots were resected. Then MTA and CEM cement plugs were condensed in apical region with 3 mm thicknesses. The samples were exposed to pH values of 5.5 and 7.4. Leakage was evaluated by the fluid filtration technique at 1, 7, 14, 30 day intervals. Data were analyzed by the repeated measures MANOVA, one-way ANOVA and MANOVA/Bonferroni test. Results: Acidic pH significantly reduced the sealing ability of MTA after 1, 14 and 30 days (P<0.05). The rate of microleakage in CEM cement samples in acidic pH was significantly greater than that in neutral pH in day 30 (P<0.05). There was no significant difference between the sealing property of MTA and CEM cement at both pH levels (P>0.05). Conclusion: It can be concluded that the CEM cement exhibited similar sealing ability as MTA at both pH levels. In addition, an acidic pH environment reduced the sealing ability of MTA and CEM cement after 30 days.

Keywords: Acidic pH; Apical Plug; Calcium-Enriched Mixture; CEM Cement; Fluid Filtration; Microleakage; Mineral Trioxide Aggregate; Sealing Ability

Introduction

Most of the endodontic failures occur as a result of regression of intracanal irritants into the periapical tissues [1]. An ideal orthograde or retrograde filling material should prevent leakage of microorganisms and their byproducts [2]. On the other hand, it is usually challenging to achieve an adequate apical stop in teeth with incomplete root development or apical root resorption. Regular orthograde root-filling and sealing of these teeth with open apices is hard if not impossible; as a result, placement of an apical plug to achieve an adequate apical seal is suggested in such cases [3-5]. Mineral trioxide aggregate (MTA) and calcium-enriched mixture (CEM) cement have been advocated as osteo-conductive apical plugs [6, 7]. MTA has good sealing ability, sets in the presence of blood, and is biocompatible and all these properties make it a good candidate for apical plug [8]. However, it encompasses some drawbacks such as extended setting time, poor handling, and high cost [9]. On the other hand CEM cement, apart from its good sealing ability and favorable biologic response, has more flow, less film thickness [10, 11] and shorter setting time (less than 1 h) compared to MTA [10, 11]. Asgary et al. [10] showed that CEM cement had significantly more antibacterial properties than MTA. CEM cement has been used for the repair of furcal perforation, pulp cap and pulpotomy treatments, similar to MTA [12].

In certain clinical situations such as presence of infection, the periradicular area has an acidic pH which can potentially affect the properties of freshly applied apical plugs. It has been reported that a low pH environment can reduce the strength and hardness of MTA, inhibit the setting reactions and increase the solubility of test materials [13-15]. Saghiri et al. [16] demonstrated that acidic pH caused the leakage of MTA in shorter time duration compared to neutral pH.
To date no investigation has evaluated the effect of an acidic pH on sealing ability of CEM cement apical plug. Hence, the aim of this laboratory study was to assess effect of acidic pH on the microleakage of MTA and CEM cement apical plugs by means of fluid filtration technique.

**Methods and Materials**

Seventy human maxillary anterior teeth with single straight roots and mature apices were recruited for this study. The samples were stored in 1% sodium hypochlorite (NaOCl) for 48 h and then restored in normal saline solution until the start of procedure. Teeth with cracks and calcified canals were excluded.

The crown of each tooth was removed using a fissure bur (010, Maillefer, Ballaigues, Switzerland) installed on a high-speed handpiece to equalize the length of teeth. The teeth were randomly divided into 2 experimental groups of 30 for Angelus MTA (Angelus, Londrina, Paraná, Brazil) and CEM cement (Bionique Dent, Tehran, Iran); then each group was further divided into two subgroups (n=15) for neutral and acidic pH. In addition, two negative and positive control groups, each comprising of 5 samples, were considered. The working length (WL) of each canal was determined by placing a #15 K-file (Maillefer, Ballaigues, Switzerland) in the canal until it appeared from the apical foramen. The WL was established 1 mm shorter than this length. The root canals were cleaned and shaped using ProTaper rotary system (Dentsply Maillefer, Ballaigues, Switzerland) to size F3 according to the manufacturer’s protocol. During instrumentation, after each rotary file two mL of 2.5% NaOCl was used.

Then the apical 3 mm of the roots were resected. The apical region of teeth was dilated with piezo drills (Dentsply, Maillefer, Ballaigues, Switzerland) up to size 3 to simulate open apex teeth. The instrumented canals were dried with paper points (VDW, Munich, Germany). Then MTA and CEM cement were condensed to the apical end as apical plugs in different time intervals and mature apices were recruited for this study. The samples were stored in 1% sodium hypochlorite (NaOCl) for 48 h and then restored in normal saline solution until the start of procedure. Teeth with cracks and calcified canals were excluded.

The teeth were fixed at the end of a horizontal micropipette and 20 cm normal saline was poured in the vertical micropipette, simulating the pressure of 20 cmH₂O. Microleakage for each tooth was measured in 1, 7, 14, 30-day intervals. Then, the bubble displacement of each interval (0-1, 1-7, 7-14 and 14-30 days) was reported. The rate of microleakage (RML) of each interval was calculated and expressed in µL/min [19].

Data were analyzed by the repeated measures MANOVA test to evaluate the changes in sealing ability over time. The one-way ANOVA/LSD was used among group analyses to compare the mean of RML among the 4 groups at each time. In addition, repeated measures MANOVA/Bonferroni test was used to compare RML within the groups. The level of significance was set at 0.05 for all tests.

**Results**

The bubble did not displace in the micropipette in negative control group, while in the positive control group the fluid flow appeared as soon as the pipette was opened. All experimental groups demonstrated various amounts of microleakage (Table 1).

| pH Level | Mean (SD) |
|----------|-----------|
|          | Day 1     | Day 7     | Day 14    | Day 30    | N   |
| MTA      | 11.1 (5.8) | 2.2 (1.7) | 1.6 (0.7) | 1.3 (0.4) | 15  |
| Neutral  | 6.8 (4.7)  | 1.3 (0.5) | 0.7 (0.3) | 0.8 (0.3) | 15  |
| CEM      | 5.8 (2.6)  | 1.4 (0.8) | 1.3 (0.6) | 1 (0.4)   | 15  |
| Acidic   | 5.1 (3.1)  | 1.1 (0.8) | 0.8 (0.3) | 0.6 (0.3) | 15  |

There was a significant interaction effect between different time intervals and 4 groups. Therefore, we used one-way ANOVA/LSD as a subgroup analysis to compare the four groups’ mean RML at each time interval.

The RML of MTA in an acidic environment (pH=5.5) was significantly greater than that in the neutral pH (P<0.05), except in day 7 (P>0.05). An acidic pH of 5.5 did not significantly affect the RML of CEM cement in 1, 7, and 14 days. In day 30, the RML of CEM significantly increased in an
acidic pH compared with a neutral pH. There was no statistically significant difference at acidic pH in all time intervals ($P>0.05$). These materials also exhibited similar sealing ability in neutral pH. The RML was reduced over time and it was more detectable in the second interval (Figure 1).

**Discussion**

This study compared the sealing ability of MTA and CEM cement as apical plugs, in acidic environment. Acidic environment reduced the sealing ability of MTA or CEM cement after 30 days without any significant differences between the two biomaterials.

In certain clinical situations, MTA or CEM cement might be used in the presence of inflammation. The pH of a human abscess has been reported to be as low as 5.0 [20]. BA (pH=5.5) was used in this study to simulate the effect of metabolic byproduct anaerobe bacteria [17]. Different methods are used for evaluation of microleakage including dye penetration, bacterial leakage, and fluid filtration [21-25]. Dye penetration and bacterial leakage have been widely used in different studies. These methods are qualitative and destroy the samples, thus they do not allow evaluation of the sealing ability over time. Acidic pH of the environment may discolor the ink used in the dye penetration method. In bacterial leakage method, if the bacteria pass the sample, it may represent positive cultures. In addition, the dry environment used to sterilize the samples may cause cracks in hydrophilic apical plug materials. Thus, the fluid filtration technique introduced by Pashley et al. [26] was used in this study to overcome the drawbacks mentioned above. This method has several advantages: it is both quantitative and qualitative; hence it can detect the very small changes. Furthermore, it can be used to evaluate the sealing ability over time since it does not destroy the specimens.

The finding of this study showed that, in comparison with the neutral pH, an acidic environment significantly reduces the sealing ability of MTA and CEM after 30 days. According to previous studies, acidic pH inhibits the setting reactions and increases the solubility of materials. Physical and chemical properties of materials affect their sealing ability [1, 9]. Saghiri et al. [16], showed that the leakage of MTA in acidic pH occurs faster than the neutral pH.

On the other hand, the samples in the study by Roy et al. [27], were exposed to acidic environment for 24 h, and it was reported that an acid pH significantly reduced the dye leakage of MTA compared with calcium-phosphate cement (CPC).

According to the results of this study, there were not any significant differences between the RML of MTA and CEM cement at both pH levels and all time intervals. This corresponds to the finding presented by Asgary et al. [10], who showed no difference between these materials in neutral pH. In this study CEM cement in neutral pH group, exhibited the lowest RML among experimental groups; however, this was not significantly different from MTA. CEM cement has good handling characteristic; it does not adhere to the applicator and thus, could be condensed easily [10]. But Adel et al. [5], reported the superior sealing ability of CEM cement over MTA.

In the current study, the fluid flow rate reduced over time. This is also in agreement with the findings of previous studies which reported the improved sealing ability of MTA [5, 28, 29] and CEM cement [5] with the pass of time.

**Conclusion**

Based on the results obtained in this experimental laboratory study, acidic environment reduced the sealing ability of MTA and CEM cement apical plugs. These two endodontic biomaterials exhibited similar sealing ability in acidic pH.

**Acknowledgment**

The authors wish to thank the Vice-Chancellery of Research in Shiraz University of Medical Sciences for supporting this research (Grant No: 5692). The authors also thank Dr. Vosough from the Dental Research Development Center of the School of Dentistry for statistical analysis and Dr. Shahram Hamedani for his suggestions and editorial assistance.

Conflict of Interest: ‘None declared’.

**References**

[1] Parirokh M, Torabinejad M. Mineral trioxide aggregate: a comprehensive literature review—part I: chemical, physical, and antibacterial properties. J Endod. 2010;36(1):16-27.

[2] Johnson BR. Considerations in the selection of a root-end filling material. Oral Surg Oral Med Oral Pathol Oral Radiol Endod. 1999;87(4):398-404.
Mirhadi et al. /260

[3] Oroasco FA, Bramante CM, Garcia RB, Bernadineli N, Moraes IGd. Sealing ability of grar MTA AngelusTM, CPM TM and MBPc used as apical plugs. J Appl Oral Sci. 2008;16(1):50-4.

[4] Rafter M. Apexification: a review. Dent Traumatol. 2005;21(1):1-8.

[5] Adel M, Nima MM, Shivaie Kojoori S, Norooz Oliae H, Naghavi N, Asgary S. Comparison of endodontic biomaterials as apical barriers in simulated open apices. ISRN Dent. 2012:359-573.

[6] Asgary S, Eghbal MJ, Parirokh M. Sealing ability of a novel endodontic cement as a root-end filling material. J Biomed Mater Res A. 2008;87(3):706-9.

[7] Salles LP, Gomes-Cornelio AL, Guimaraes FC, Herrera BS, Bao SN, Rossa-Junior C, Guerreiro-Tanomaru JM, Tanomaru-Filho M. Mineral trioxide aggregate-based endodontic sealer stimulates hydroxyapatite nucleation in human osteoblast-like cell culture. J Endod. 2012;38(7):971-6.

[8] Khalilak Z, Vali T, Danesh F, Vatanpour M. The effect of one-step or two-Step MTA plug and tooth apical width on coronal leakage in open apex teeth. Iran Endod J. 2012;7(1):10-4.

[9] Asgary S, Eghbal MJ, Parirokh M, Ghoddusi J, Kheirieh S, Brink F. Comparison of mineral trioxide aggregate's composition with Portland cements and a new endodontic cement. J Endod. 2009;35(2):243-50.

[10] Asgary S, Shahabi S, Jafarzadeh T, Amini S, Kheirieh S. The properties of a new endodontic material. J Endod. 2008;34(8):990-3.

[11] Hasan Zarrabi M, Javid M, Naderinasab M, Gharechahi M. Comparative evaluation of antimicrobial activity of three cements: new endodontic cement (NEC), mineral trioxide aggregate (MTA) and Portland. J Oral Sci. 2009;51(3):437-42.

[12] Bidar M, Disfani R, Asgary S, Forghani M, Gharagaddol S, Rouhani A. Effect of calcium hydroxide premedication on the marginal adaptation of calcium-enriched mixture cement apical plug. Dent Res J (Isfahan). 2012;9(6):706-9.

[13] Torabinejad M, Hong CU, McDonald F, Pitt Ford TR. Physical and chemical properties of a new root-end filling material. J Endod. 1995;21(7):349-53.

[14] Namazikhah MS, Nekooofar MH, Sheykhhrezae MS, Salarieh S, Hayes SJ, Bryant ST, Mohammad MH, Dummer PM. The effect of pH on surface hardness and microstructure of mineral trioxide aggregate. Int Endod J. 2008;41(2):108-16.

[15] Watts JD, Holt DM, Beeson TJ, Kirkpatrick TC, Rutledge RE. Effects of pH and mixing agents on the temporal setting of tooth-colored and gray mineral trioxide aggregate. J Endod. 2007;33(8):970-3.

[16] Saghiri MA, Lotfi M, Saghiri AM, Vosoughhosseini S, Fatemi A, Shiezadeh V, Ranjkesh B. Effect of pH on sealing ability of white mineral trioxide aggregate as a root-end filling material. J Endod. 2008;34(10):1226-9.

[17] Tonetti M, Cavallero A, Botta GA, Niederman R, Efthimiadis C. Intracellular pH regulates the production of different oxygen metabolites in neutrophils: effects of organic acids produced by anaerobic bacteria. J Leukoc Biol. 1991;49(2):180-8.

[18] Held D, Thron HL. Studies on the circulation of bone. I. Tissue pressure of the marrow. Arch Sci Physiol (Paris). 1962;16:167-77.

[19] Inan U, Aydin C, Tunca YM, Basak F. In vitro evaluation of matched-taper single-cone obturation with a fluid filtration method. J Can Dent Assoc. 2009;75(2):123.

[20] Malamed SF. Handbook of local anesthesia. 5th Edition. St Louis, MO: Mosby; 2004.

[21] Moradi S, Disfani R, Ghazvini K, Lomee M. Sealing Ability of Orthograde MTA and CEM Cement in Apically Resected Roots Using Bacterial Leakage Method. Iran Endod J. 2013;8(3):109-13.

[22] Lotfi M, Vosoughhosseini S, Saghiri M, Zand V, Yavari HR, Kimyai S, Mehdiroumpor, Ranjkesh B, Mokhtari H, Salemmilani A, Doosti S. Effect of alkaline pH on sealing ability of white mineral trioxide aggregate. Med Oral Patol Oral Cir Bucal. 2011;16(7):e1014-6.

[23] Vosoughhosseini S, Lotfi M, Shahmoradi K, Saghiri MA, Zand V, Mehdiroumpor, Ranjkesh B, Mokhtari H, Salemmilani A, Doosti S. Microleakage comparison of glass-ionomer and white mineral trioxide aggregate used as a coronal barrier in nonvital bleaching. Med Oral Patol Oral Cir Bucal. 2011;16(7):1017-21.

[24] Verissimo DM, do Vale MS. Methodologies for assessment of apical and coronal leakage of endodontic filling materials: a critical review. J Oral Sci. 2006;48(3):93-8.

[25] Haghgoo R, Abbasi F. Treatment of Furcal Perforation of Primary Molars with ProRoot MTA versus Root MTA: A Laboratory Study. Iran Endod J. 2013;8(2):52-4.

[26] Pashley DH, Kepler EE, Williams EC, Okabe A. The effects of acid etching on the in-vivo permeability of dentine in the dog. Arch Oral Biol. 1983;28(7):555-9.

[27] Roy CO, Jeansonne BG, Gerrets TF. Effect of an acid environment on leakage of root-end filling materials. J Endod. 2001;27(1):7-8.

[28] Martin RL, Monticelli F, Brackett WW, Loushine RJ, Rockman RA, Ferrari M, Pashley DH, Tay FR. Sealing properties of mineral trioxide aggregate orthograde apical plugs and root fillings in an in vitro apexification model. J Endod. 2007;33(3):272-5.

[29] Gandolfi MG, Sauro S, Mannocci F, Watson TF, Zanna S, Capoferri M, Prati C, Mongiorgi R. New tetrasilicate cements as retrograde filling material: an in vitro study on fluid penetration. J Endod. 2007;33(6):742-9.

Please cite this paper as: Mirhadi H, Moazzami F, Safarzadeh S*. The Effect of Acidic pH on Microleakage of Mineral Trioxide Aggregate and Calcium-Enriched Mixture Apical Plugs. Iran Endod J. 2014;9(4):257-60.
کارگاه‌های آموزشی مرکز اطلاعات علمی

مقاله نویسی علوم انسانی

اصول تنظیم قراردادها

آموزش مهارت های کاربردی در تدوین و جای مقاله